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Abstract 
The master curve methodology proposed by Kim Wallin (ASTM E1921-02) has been used to evaluate master curve and 
reference temperature (T0) from TPB specimen for the material 20MnMoNi55 steel using single temperature and multi-
temperature method. The effect of test temperature on reference temperature (T0) has been studied for both TPB and CT 
specimens. A study is performed on the censor parameter M for both TPB and CT specimen and a correction value is suggested 
for TPB specimen for the material 20MnMoNi55 steel. To study the effect of constraint ( a/w and thickness ) on reference 
temperature (T0), the value of (T0) is calculated for different a/w ratio and thickness of TPB specimen. The results are compared 
with the results obtained from CT specimen for the same material to study the effect of geometry on reference temperature (T0).  
 
© 2014 The Authors. Published by Elsevier Ltd. 
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1. Introduction 
Wallin [1] described the cleavage fracture toughness behaviour in the lower ductile -to-brittle transition 
(DBT) range of ferritic steels. The master curve together with an ASTM E1921 reference temperature (T0) value 
defines the complete transition fracture toughness curve in a manner appropriate for use in both probabilistic and 
deterministic analysis.  The master curve methodology [2] is based on a cleavage fracture model that assumes 
randomly distributed fracture initiators in a macroscopically homogeneous matrix. The transition curve definition 
for ferritic steels, as specified in ASTM E1921, was originally derived in 1991 from data measured on various 
quenched and tempered structural steels. After the statistical size correction of these data, which had been measured 
with different size specimens, the curve shape was determined from the maximum likelihood fit to the data and was 
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then proposed for a universal functional form of the temperature dependence of fracture toughness in the transition 
region and afterwards it was included in ASTM E1921. The master curve method allows the prediction of the 
fracture toughness curve in terms of the fracture toughness reference temperature (T0), for any given fracture 
probability and any specimen thickness on the basis of small sized specimen testing. The master curve defines both 
the variation of the median value of fracture toughness with temperature and the scatter of fracture toughness about 
this median value. In the master curve method, a fracture toughness curve is described by a single parameter T0  
(temperature at which the median fracture toughness for one inch thick compact tension (1T–CT) fracture toughness 
specimen equals 100 MPa¥m.) that establishes the position of the master curve on temperature scale.  
   The basis of the master curve approach is a three parameter Weibull model which the relationship between 
KJC and the cumulative probability failure [Wallin, 2002, 2010] 
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where KJC is the fracture toughness corresponding to Pf, K0 is the fracture toughness corresponding to 63.2% 
cumulative probability and Kmin is the lower bound fracture toughness. K0 is a material property to be determined 
from experiment and Kmin is taken to be 20 MPa¥m. 
 Censoring is performed with respect to excessive ductile tearing prior to cleavage. 
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Here, ıys is the yield strength at test temperature, b0 is the initial ligament size ,W is the width of the test specimen, 
a0 is the initial crack length and M is the size criterion constant (according to ASTM E1921–02 standard M = 30). sx 
 The statistical weakest line theory is used to model the effect of specimen size on the probability of failure in the 
transition region. In the next step, the measured KJC values are adjusted to a specimen size 1T (25.4 mm), using the 
following equation, 
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2. Evaluation of T0 from Experimental Results 
The value of T0 can be determined from experimental KJC values either at a single test temperature or at 
multiple test temperatures, 
2.1 Single Temperature Evaluation Method [3] 
The Weibull scale parameter, K0 (corresponding to 63.3% failure probability) is based on the randomly 
censored maximum likelihood expression can be calculated as follows for a group of six or more valid KJC tests,  
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where KJC(i) is the individual KJC(1T) value and N is the number of KJC values.  
K0 is related to the median fracture toughness as , 
 ( ) ( )( ) 4/1min0min 2lnKKKK medJC −+=  MPa¥m.               (5) 
The temperature dependence of the median fracture toughness of any ferritic steel is as, 
( ) ( )[ ]0019.0exp7030 TTK medJC −+=  MPa¥m                (6) 
Here the reference temperature T0 is the only material parameter. Thus, testing specimens at one single temperature, 
and estimating the median fracture toughness KJC(med) corresponding to the associated Weibull distribution, allows to 
estimate T0 by 
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2.2. Multi-Temperature Evaluation Method  
The multi-temperature option of ASTM E1921–02 represents a tool for the determination of T0 with KJC(med) values 
distributed over a restricted temperature range, namely, T0 = ±50°C. The value T0 can be evaluated by an iterative 
solution of following equation. [4] 
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where , Ti is the test temperature corresponding to KJC(i),  
įi is the censoring parameter: įi = 1 if the KJC(i) datum is valid (equation 2) 
    įi = 0 if the KJC(i) datum is not valid and censored. 
Once T0 is determined the master curve can be drawn (eq. 5) and the 5% and 95% tolerance bound curves are 
expressed using the following equations, 
( ) [ ]( )01%5 019.0exp8.375.24 TTK TJC −+=       (9) 
( ) [ ]( )01%95 019.0exp2.1026.34 TTK TJC −+=       (10) 
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3.  Material Details 
The material used in the present study is 20MnMoNi55 steel which is a Reactor Pressure Vessel application 
steel.  20MnMoNi55 is basically a German designated material. A  test  block  of  this  material  is  received  from  
Bhaba  Atomic  Research Centre,  India.  The different chemical compositions of the material are given in Table 1. 
 
Table1. Chemical Composition of 20MnMoNi55 
 
4.  Experimental Details 
  
   Using INSTRON 8801 machine and liquid Nitrogen chamber the value of  Jc are determined for CT [5] and 
TPB specimens for various samples of varying thickness, a/w ratio and temperatures following the methods as per 
ASTM E-1921. The Master curve along with the bounds and the values of T0  have been determined for different 
samples as given in the test matrix. Results are presented in Table1. 
5.  Results and Discussion 
 
 
  CT Specimens 
Dependence of T0 on Test Temperature And Evaluation Method  
From the results shown in table 2 and fig 2. and Fig 3 it is apparent that the variation in the value of T0 is 
only 50 (4%). Table 2 and fig 1.,fig.2  and fig.3 show that the value of T0 obtained from single temperature and multi 
temperature are also almost same for 1T CT, ½ CT and combined 1T CT, ½ CT. [6] 
Dependence of T0 on thickness and a/w ratio 
From the results shown in table 2 and fig 1, fig 2., fig.3, fig.5 the values of T0 is found to be independent of 
thickness if evaluated with thickness correction. The specimens having same a/w ratio or very small difference are 
taken together to compute T0 and T0 vs a/w ratio. From the results it is evident that the value of T0 increases with a/w 
ratio.  
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Table 2: Test matrix for determination of T0 and Master curve. 
 
 
Sample no Specimen Thickness, mm a/W ratio Test Temp, (ºC) T0, (ºC) 
1. 1T–CT 25 0.45–0.54 -110 –129 
2. 1/2T–CT 12.5 0.45–0.54 -110 –126 
3. 1T, 1/2T 25, 12.5 0.45–0.54 -80 to -140 –129 
4. 1T–CT 25 0.45–0.55 -110 -130 
5 ½ T CT 12.5 0.45-0.55 -110 -130 
7 ½ T CT 12.5 0.45-0.55 -80 -127 
8 1T -TPB 25 0.4-0.55 -110 -148 
9 1T -TPB 25 0.4-0.55 -120 -156 
10 TPB 25,12.5 0.4-0.55 -130 -150 
11 1T -TPB 25 0.35 Multi-temp -162 
12 1T -TPB 25 0.4 Multi-temp -145 
13 1T -TPB 25 0.45 Multi-temp -153 
14 1T -TPB 25 0.5 Multi-temp -157 
15 1T -TPB 25 0.55 Multi-temp -148 
16 1T -TPB 25 0.6 Multi-temp -155 
17 1T -TPB 25 0.4 -110 -149 
18 1T -TPB 25 0.45 -110 -145 
19 1T -TPB 25 0.5 -110 -156 
20 1T -TPB 25 0.55 -110 -153 
21 1T -TPB 25 0.6 -110 -147 
22 1T -TPB 25 0.65 -110 -159 
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Fig 1. Master curve and T0 of 1T C
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TPB Specimens 
The value of T0 for TPB specimens is e
and the independence of T0 on method ( single 
for TPB specimens also as shown in table 2 and
that of for CT specimens consistently in all case
of TPB specimens compared to CT specimens 
with results shown in CRP report[2]. The fract
compared to CT specimen , Hence the limiting 
with some higher value of M in eq.(2) to avoid s
   
                
Fig 7.T0 variation with M for TPB and CT speci
 
 
 
 
 
 
 
 
 
Fig 8. T0 variation with a/W ratio of TPB 
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temperature or multi temperature ) and test temperature 
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From the Fig 7, it is observed that the value of T0 with increasing M for both TPB and CT specimen and 
saturates after M= 50 and M= 30 respectively. So the value of M can be taken as 50 for TPB specimen. 
6. Conclusion 
I. The master curve methodology for TPB specimen is well accepted for this particular RPV steel to 
characterize the fracture behavior in DBT region.  
II. The value of T0 obtained by Single Temperature at -1100C matches with the multi temperature value. For 
the other Temperatures T0 obtained by Single Temperature at -1200C,-1300C and -1400C lies within a range 
of ±150C.  
III. The reference temperature (T0) depends on the geometry of the specimen  
IV. From the experimental results it is observed that the value of M may be taken as 50 for TPB specimen 
instead of 30 as is taken for CT specimen 
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